Short Communication

Analysis of the Dynamic and Structural Characteristics’ Behavior in NaCl Single Crystals Pre-deformed and X-ray Irradiated

O.M. Petchenko, G.O. Petchenko, S.M. Boiko, A.V. Bezuglyu

O.M. Beketov Kharkiv National University of Urban Economy, 17, Marshal Bazhanov St., 61002 Kharkiv, Ukraine

(Received 01 November 2019; revised manuscript received 15 June 2020; published online 25 June 2020)

Pulse-echo method in the frequency range 37.5-232.5 MHz has been used to study the behavior of dislocation decrement Δ(f) on X-ray irradiated to doses 0-600 R NaCl single crystals with the residual strain value of 0.5 % at room temperature. It has been found out that with the increasing doses of radiation, the effect of amplitude damping of the dislocation resonance can be observed, which leads to a marked restoration of initial acoustic characteristics of the crystals. It also noted that high-frequency asymptote for these theoretical profiles are identical which is characteristic only for acoustic testing of irradiated crystals. From the frequency curves, taken from crystals with different doses of radiation, the dependencies of the viscosity coefficient B and the average effective length of the dislocation segment L on the dose of irradiation ξ have been determined in the framework of Granato-Lucke’s string dislocation theory. In the framework of the Stern and Granato model, the behavior of Δ(f), f(ξ) and L(ξ) curves has been studied. The validity of the theoretical prognostications concerning increasing or decreasing with the exposure time according to the law (1 + βτ) parameters Δm, f0, and L have been proved. A good match of the calculations’ results with the theoretical curve L(ξ) by Stern-Granato and Granato-Lucke theories has been noted. Obtained results show that the parameter B does not depend on the irradiation dose in the range 0-600 R. It confirms the validity of the views that the coefficient of dynamic damping of dislocations B is a fundamental characteristic of the crystal depending only on the interaction of dislocations with the phonon subsystem of the crystal and not depending on the parameters of its dislocation structure.

Keywords: Dislocation decrement, Deformation, Irradiation, Dislocation, Coefficient of dynamic damping, Average effective length of dislocation segment.

DOI: 10.21272/jnep.12(3).03040 PACS number: 43.35. + d

1. INTRODUCTION

This work is devoted to studying the influence of structural imperfections of crystals on the mobility of dislocations [1-10]. According to the Granato-Lucke string dislocation theory, there are two types of stoppers that have a fixing effect for dislocations. The first type of stoppers, Mott’s stoppers, are the so-called strong stoppers, nodes of the dislocation grid. They are due to the presence of a sufficiently large value of preliminary deformation in the testing crystals. The second type of stoppers, Friedel’s stoppers, are weaker in their fixing action. These are point defects: impurities, radiation defects, and so on. The main characteristic that determines the course of plastic deformation of crystals is the dynamic drag coefficient of dislocations B. At present, we have accumulated a rather large array of information on ionic crystals [8-10] regarding the fact that parameter B is determined only by the interaction of mobile dislocations with the phonon subsystem of the crystal and independent of its dislocation structure. As regards the effect of radiation-induced defects on the dynamic drag of dislocations B in crystals, it can be noted [9] that, apart from the experiments on LiF crystals that we performed, there is no other information. Summarizing the information already available, the following can be noted. In contrast to experiments with a change in temperature and the value of preliminary deformation of crystals, irradiation experiments have a peculiarity – the high-frequency asymptotes of the Δ(f) curves are not represented by a family of straight lines parallel to each other, but converge in a single line. In [9], we analyzed this fact in detail and presented its justification. The proof is based on the use of the Granato-Lucke string dislocation theory. In addition, it was noted that the damping coefficient B does not depend on the dose of X-ray irradiation of the crystals. This result was obtained for the first time and is of great importance. Earlier in the literature, there was a heated discussion about the order of magnitude of B. Each research group used samples with different structural states and it was believed that it is impossible to compare the results of the works. Many researchers irradiated crystals with X-ray radiation, since it was noted long ago that the acoustic methods were sensitive to radiation damage to the crystal. It was believed that when assessing the level of dynamic drag of dislocations in crystals, unirradiated and irradiated samples could not be compared at all. Our work showed that preliminary X-ray processing of crystals does not have any effect on parameter B. In view of this circumstance, a deep analysis of a large array of experimental studies of the mobility of dislocations in crystals can be carried out. At the same time, it should be noted that this information was obtained only for LiF crystals. It is clear that similar studies should be carried out on other crystals in order to more substantively prove the validity of our conclusions [9].

Thus, the aim of the present work is to study the effect of X-ray irradiation of samples on the frequency spectra of ultrasonic dislocation absorption in NaCl crystals and to determine the dynamic and structural...
characteristics for samples with different radiation doses. First of all, the fact of convergence of high-frequency asymptotes in one line for the studied NaCl crystals is verified, and then the fulfillment of the condition for the independence of the dynamic drag coefficient of dislocations $B$ from the radiation dose of the crystals is monitored. Stern-Granato theory, which describes the behavior of the resonance characteristics of the $\Delta f(f)$ curves as a function of the radiation dose of crystals, is also verified.

2. EXPERIMENTS, RESULTS AND DISCUSSION

The techniques for preparing samples to perform measurements and tests, methods and equipment used to obtain the data presented below are minutely described in [8-10]. Fig. 1 shows the results of the research of the frequency dependence of the dislocation decrement $\Delta f(f)$ for NaCl samples with a residual deformation $\varepsilon = 0.5 \%$ measured before (curve 1) and after (curves 2-4) irradiation.

![Image](Image.png)

Fig. 1 – Frequency dependences of the dislocation decrement of ultrasonic attenuation in irradiated NaCl crystals with different values of X-irradiation doses

It can be noted that with the increase of the irradiation dose, resonance curves $\Delta f(f)$, decreasing in the height, monotonically shift toward higher frequencies. The experimental points are well described by the theoretical frequency profile calculated for the case of the exponential distribution of dislocation loops in length. It also shows that high-frequency asymptote for these theoretical profiles 1-4 is identical. It should be noted that the binding of the theoretical curves [8, 9] to the experimental data has been carried out with a focus on the points that lie on the descending branch of the theoretical curve in the resonance area.

Fig. 2 demonstrates the shift effect [9] with irradiation of the parameters of the resonance peak in amplitude $f_m$ and frequency $f_m$ in NaCl single crystals.

Granato-Lucke theory [8, 9] provides the relationships (2) describing the resonance peak and descending branch of the curve $\Delta f(f)$:

$$\Delta f_m = 2.2 \Omega \Delta \beta \Delta f^2; f_m = \frac{0.084 \pi C}{2Bf^2}; \Delta f_m = \frac{4 \Omega b^2 \Lambda}{\pi B f} \Delta \beta \Delta f$$

where $\Delta f_m$, $\Delta f_m$, $L_t$ are, respectively, the resonance frequency, the decrement in the maximum $\Delta f_m$ and the average effective length of the dislocation loop for the crystal irradiated over a time interval $t$, $f_m$, $\Delta f_m$, $L_{\beta}$, $\Lambda$ are the same parameters for non-irradiated one, $\beta = P \cdot L_{\beta}$, where $P$ is the total number of blocking points suitably for the dislocation grid per time unit.

![Image](Image.png)

Fig. 2 – Irradiation dependences of the resonance peak in amplitude $\Delta f_m$ and frequency $f_m$ in NaCl single crystals

The results of calculations of the dependences of these parameters on the irradiation dose $\xi$ are shown in Fig. 3. Experimental points $L(\xi)$ are well described by the theoretical Stern and Granato curves calculated by formula (1).

The damping coefficient $B$ is seen to be independent of irradiation dose in the range 0-600 R (Fig. 3, curve 2). This result is in good agreement with previous results [9].
3. CONCLUSIONS

1. The effect of X-ray irradiation in the range 0–600 R on the frequency dependence of the dislocation attenuation decrement in NaCl crystals with a residual strain of 0.5% at room temperature was studied.

2. Irradiation dependences of the resonance peak in amplitude $\Delta m$ and frequency $f_m$ in NaCl single crystals were obtained. The results obtained are well described in the framework of the Stern and Granato model.

3. In the framework of the Granato-Lucke theory, the dynamic viscosity coefficient and average effective dislocation loop length were calculated for different doses of X-ray irradiation of crystals. The length of the dislocation segment decreases with increasing dose of X-ray irradiation, and parameter $B$ remains unchanged which is in good agreement with the results obtained on other crystals.

REFERENCES


Аналіз поведінки динамічних і структурних характеристик у попередньо продеформованих та опромінених X-променями монокристалах NaCl

О.М. Печченко, Г.О. Печченко, С.М. Бойко, А.В. Безуглий
Харківський національний університет міського господарства імені О.М. Бекетова, вул. Маршала Бажанова, 17, 61002 Харків, Україна

Імпульсним ехо-методом у діапазоні частот 37,5-232,5 МГц на монокристалах NaCl із величичною залишкової деформації 0.5% при кімнатній температурі вивчено поведінку дислокаційного декремен-тута $\Delta \alpha / \beta$ в умовах навішування дози X-промінення зразків в інтервалі 0-600 Р. Встановлено, що зростанням дози опромінення спостерігається ефект гасіння амплітуди дислокаційного резонансу, що призводить до помітного зменшення амплітуди дислокаційного резонансу, що залежить лише від дози X-промінення.

Ключові слова: Дислокаційний декремент, Деформація, Опромінення, Дислокації, Коефіцієнт динамічного гальмування, Середня ефективна довжина дислокаційного сегмента.